Removal of Zinc Ions from Aqueous Solutions by Adsorption on Virgin and Calcined Lignin

Eri Nagahashi,a Fumihiko Ogata,a Takehiro Nakamura,a and Naohito Kawasaki*a,b

aFaculty of Pharmacy, Kindai University; 3–4–1 Kowakae, Higashi-Osaka, Osaka 577–8502, Japan; bAntiaging Center, Kindai University; 3–4–1 Kowakae, Higashi-Osaka, Osaka 577–8502, Japan

Received October 4, 2018; Accepted October 17, 2018

We prepared virgin (Lig) and calcined lignin at 200–1000 °C (Lig200, Lig400, Lig600, Lig800, and Lig1000) and evaluated their adsorption capability for zinc ions from the water phase. The properties (morphology, specific surface area, pore volume, mean pore diameter, and functional groups) of adsorbents were characterized by scanning electron microscopy, specific surface area analysis, and FT-IR analysis. The specific surface area and pore volume of Lig800 was greater than those of the other adsorbents. In addition, -OH and -COOH groups were detected on Lig, Lig200, and Lig400, but those functional groups were not confirmed by calcination treatment over 600 °C. Amount of zinc ions adsorbed on Lig800 was greater than that on other adsorbents. We also evaluated the adsorption mechanism of zinc ions with adsorbents. The result showed that the amount of zinc ions adsorbed was related to ion-exchange with proton (correlation coefficient: 0.817) or physical properties (mesopore volume; correlation coefficient: 0.867) for Lig, Lig200, and Lig400 or Lig600, Lig800, and Lig1000, respectively. These results indicate that the adsorption mechanism is changed with calcination treatment. Moreover, we elucidated the effect of temperature on the adsorption of zinc ions, and evaluated the adsorbent surface before and after zinc ion adsorption. We confirmed the zinc existed on the adsorbent surface after adsorption. Finally, as per the thermodynamic parameters, the negative value of ΔG indicates the spontaneous nature and feasibility of the zinc ion adsorption. These findings provide significant information that can be useful for removal of zinc ions from aqueous solution.

Key words lignin, calcination, zinc ion, adsorption

INTRODUCTION

The presence of heavy metals in the water environment has been of great concern to researchers because of their increased discharge, toxic nature, and other adverse effects on receiving water media.1) Zinc is one of the most important heavy metals, and it is released into the water environment from various natural sources. Zinc ions are not biodegradable and can get accumulated easily in living tissues.2) High zinc concentrations can cause health problems such as lethargy, anemia, growth retardation, stomach cramps, vomiting, skin irritations, nausea, etc.3–4) Therefore, various removal technologies have been employed for the purification of wastewaters contaminated with zinc ions in the water phase.

In developing countries, removal of heavy metals from wastewater is normally achieved using advanced technologies such as advanced oxidation processes, biological methods, ultrafiltration, extraction, ion exchange, electrochemical methods, and adsorption.5,6) However, these technologies do not seem to be economically feasible because of their relatively high cost, and developing countries may not be able to afford such technologies.1) Therefore, there is a growing requirement for cost-effective, efficient, and novel technologies for the treatment of wastewaters including heavy metals before their discharge into receiving water bodies. Recently, biosorption has shown considerable potential for metal removal from aqueous media. In this approach, natural raw materials or wastes from industrial and agricultural activities are used to remove metals from aqueous solutions.5,6)

Lignin is a natural polymer that is present in large quantities in the cell walls of plants and serves as the main binding agent for fibrous plant components.7) In addition, lignin is a natural amorphous cross-linked resin with an aromatic three-dimensional polymer structure containing a number of functional groups.8) Interest in the possible uses of lignin is currently growing, chiefly due to the availability and low cost of these biopolymers, as well as the fact that they are structurally interesting renewable materials.7–10) Previous studies have discussed the mechanisms of heavy metal (including zinc ions) removal from aqueous solutions using lignin. The results suggested that no single mechanism could explain the process of metal adsorption by lignin. Several adsorption mechanisms were reported, and further studies are required to confirm the adsorption mechanism.5,7,11) Biomass is often pyrolyzed or carbonized to remove volatile organic constituents, leaving behind a highly porous carbonaceous residue. Biomass pyrolysis induces changes in physicochemical properties. In general, calcination treatment increases the specific surface area, pore volume, and mean pore diameter of biomass. These reports indicate that the carbonaceous materials obtained by calcina-
tion treatment can be used as an adsorbent for purification of wastewater. Therefore, calcination is one of the most useful treatments for producing adsorbents with high adsorption capacity. However, no study reported on the calcination treatment of lignin. Thus, if zinc ion adsorption using calcined lignin could be developed, the value and applicability of these materials would increase drastically and help elucidate the relevant adsorption mechanism. Therefore, in this study, we prepared virgin and calcined lignin, and used these materials as adsorbents for zinc ions in the water phase. The properties of the adsorbents, adsorption isotherms, and effect of temperature were investigated. Moreover, the adsorption mechanism of zinc ions was evaluated. The results provide new insights into the development of high-potential adsorbents for removal of zinc ions from aqueous solutions.

MATERIALS AND METHODS

Materials  Lignin was purchased from Tokyo Chemical Industries, Ltd. (Japan). Calcined lignin samples were prepared by treating lignin in a muffle furnace at temperatures of 200, 400, 600, 800, and 1000 °C for 2 h (the calcined samples are denoted as Lig200, Lig400, Lig600, Lig800, and Lig1000). Standard zinc ion solution was prepared using zinc chloride obtained from Wako Pure Chemical Industries, Ltd., Japan. The characteristics of adsorbents were measured by the following methods. Electron microscope images were analyzed by scanning electron microscopy (SEM, SU-1510, JEOL, Japan). The specific surface area and pore volume were measured by a NOVA4200e specific surface analyzer (Yuasa Ionics, Japan), and the functional groups on the adsorbents were measured by FT-IR–460Plus (JASCO, Japan). Elemental analysis was carried out using an electron microanalyzer (EPMA, JXA-8530F, JEOL, Japan) at an accelerating voltage of 15.0 kV and a beam diameter of 5 μm.

Amount of Zinc Ions Adsorbed  The adsorbent (0.05 g) was added to zinc ion solution at 100 mg/L (50 mL). The suspension was shaken at 100 rpm for 2 h at 25 °C. The sample solution was filtered through a 0.45 μm membrane filter, and the filtrate concentration was measured by an inductively coupled plasma optical emission spectrometer (ICP-OES, Thermo Fisher Scientific, USA). The amount of zinc ions adsorbed was calculated using Eq. (1).

\[ q = \frac{(C_0 - C_e)V}{W} \]

where \( q \) is the amount of zinc ions adsorbed (mg/g), \( C_0 \) is the initial concentration (mg/L), \( C_e \) is the equilibrium concentration (mg/L), \( V \) is the solvent volume (L), and \( W \) is the weight of the adsorbent (g).

Adsorption Isotherms  The adsorbent (0.05 g) was added to a zinc ion solution at 5–100 mg/L (50 mL). The suspension was shaken at 100 rpm for 2 h at 10, 25, and 50 °C. The sample solution was filtered through a 0.45 μm membrane filter, and the filtrate concentration was measured by ICP-OES. The amount of zinc ion adsorbed was calculated using Eq. (1).

RESULTS AND DISCUSSION

Properties of Adsorbent  Figure 1 shows the SEM images of virgin and calcined Ligs. We could confirm the surface roughness of the adsorbents. However, we could not observe the adsorbent configuration changes owing to calcination treatment in this study. The characteristics of the adsorbents are shown in Table 1. Specific surface area increased in the order Lig (0 m²/g) < Lig200 (0.2 m²/g) < Lig400 (11.7 m²/g) < Lig1000 (82.7 m²/g) < Lig600 (176.5 m²/g) < Lig800 (306.3 m²/g). In addition, the mesopores (20 < \( d \) < 500 Å) in Lig800 were developed compared to the other adsorbents. Previous studies reported that the specific surface area of lignin and virgin or modified paper and pulp sludge ranges from
1.0–21.7 m²/g.  The FT-IR spectra of the adsorbents are shown in Fig. 2. For Lig, the broad band at 3412 cm⁻¹ was dominated by the stretching vibrations of aromatic and aliphatic O–H groups. The peaks at 2938 and 2849 cm⁻¹ predominantly arose from C–H stretching in the methyl and methylene groups of side chains and aromatic methoxyl groups. Moreover, two shoulders, at about 1703 and 1651 cm⁻¹, originated from conjugated carboxyl and carbonyl stretching. Three strong peaks at 1597, 1513, and 1425 cm⁻¹ could be assigned to typical aromatic skeletal vibrations. The peak at 1459 cm⁻¹ suggests aromatic methyl group vibrations. Similar trends were observed in a previous study. Regarding Lig200 and Lig400, the signal associated with the aromatic and aliphatic O–H and carboxyl groups showed low intensity, indicating that these units were lower compared to Lig. In addition, the broad bands were not shown for Lig600, Lig800, and Lig1000 (data not shown). These results suggest that the carbonaceous material was produced from Lig by calcination treatment. Therefore, the specific surface areas of Lig600, Lig800, and Lig1000 were greater than those of Lig, Lig200, and Lig400.

### Adsorption Capability of Zinc Ions onto Lig

The amounts of zinc ions adsorbed on the adsorbents are shown in Fig. 3. The amount adsorbed on Lig800 was greater than that on other adsorbents. The results of the above section show that Lig, Lig200, and Lig400 have abundant aromatic hydroxyl (-OH) and carboxyl (-COOH) groups. On the other hand, Lig600, Lig800, and Lig1000 are characterized by high surface area. Therefore, the adsorption mechanisms of zinc ions are different. Firstly, the amount of zinc ions adsorbed is related to the aromatic OH and carboxyl groups in Lig, Lig200, and Lig400. We evaluated the relationship between the amount adsorbed and the proton (H⁺) concentration after adsorption. The result indicated good linearity (correlation coefficient: 0.817) for this experimental condition (Fig. 4). These findings indicate that the suggested mechanism is based on ion-exchange with positive zinc ions for the phenolic, -COOH, and -OH functional groups.

Next, the relationship between the amounts adsorbed using Lig400, Lig600, Lig800, and Lig1000 and mesopore volumes was investigated. We confirmed a good correlation coefficient (0.867), which suggests that the amounts adsorbed were

---

**Table 1. Properties of Ligs**

| Adsorbents | Specific surface area (m²/g) | Pore volume (µL/g) | Total |
|------------|-----------------------------|-------------------|-------|
| Lig        | 0.0                         | 0.0               | 1.8   |
| Lig200     | 0.2                         | 0.0               | 0.2   |
| Lig400     | 11.7                        | 0.2               | 2.8   |
| Lig600     | 176.5                       | 1.1               | 10.3  |
| Lig800     | 306.3                       | 1.4               | 22.5  |
| Lig1000    | 82.7                        | 0.3               | 11.1  |

Physical properties, the specific surface area and pore volume, were obtained by first determining the adsorption isotherms at liquid nitrogen temperature (-195.8 °C) with high-purity nitrogen gas (99.999%) as the adsorption gas on a NOVA4200e specific surface analyzer. Next, curve fitting to the nitrogen adsorption isotherm at a relative pressure of 0.05–0.30 was carried out using the Brunauer-Emmett-Teller (BET) equation.
related to the physical characteristics (Fig. 4). Previous studies have reported that activated carbon shows adsorption capability of zinc ions from aqueous solution, and specific surface area is an important factor for adsorption or removal of zinc ions. Similar trends were observed in this study. From the abovementioned, we elucidated that the adsorption mechanism of zinc ions by lignin changed after calcination treatment. We selected Lig and Lig800 as adsorbents in the following experiments.

Comparison of Adsorption Capacities The reported adsorption capabilities of various types of adsorbents are shown in Table 2. The amount of zinc ion adsorbed on Lig800 was greater than those of most other adsorbents. Particularly, among the lignins, Lig800 shows considerable potential for the adsorption of zinc ions in aqueous solutions.

Adsorption Isotherms of Zinc Ions on Lig and Lig800 Figure 5 shows the adsorption isotherms of zinc ions on Lig and Lig800. The amounts adsorbed using Lig decreased with increasing temperatures (10 °C–25 °C). On the other hand, the opposite trend was observed using Lig800. These trends depend upon the different adsorption mechanisms of Lig or Lig800 (as mentioned in Adsorption Capability of Zinc Ions onto Lig). However, the detailed adsorption mechanism of zinc ions could not be elucidated in this study. Therefore, we need to evaluate the adsorption process of zinc ions using lignin.

The Langmuir and Freundlich equations were used to evaluate the adsorption isotherm. The Langmuir equation is defined as

$$\frac{C_e}{q_e} = \frac{1}{aW} + \frac{C_e}{W_s}$$  \hspace{1cm} (2)

where $q_e$ is the adsorption capacity at equilibrium (mg/g), $C_e$ is the equilibrium concentration of zinc ions (mg/L), and $W_s$ and $a$ are the maximum adsorption capacity (mg/g) and the equilibrium adsorption constant (L/mg), respectively.

The Freundlich equation is defined as

$$\log q_e = \log K + \frac{1}{n} \log C_e$$  \hspace{1cm} (3)

where $K$ is a constant indicative of the relative adsorption capacity of the adsorbent, and $n$ is a constant indicative of the intensity of the adsorption and varies with surface heterogeneity.

The Langmuir and Freundlich constants for adsorption of zinc ions onto adsorbents are shown in Table 3. The Langmuir adsorption isotherm model (the correlation coefficients of Lig and Lig800 are 0.810–0.990 and 0.997–1.000, respectively) provides a better fit to the experimental data than the Freundlich adsorption isotherm model (correlation coefficients of Lig and Lig800 are 0.758–0.859 and 0.549–0.677, respectively). The Langmuir-type isotherm hints toward surface homogeneity. Therefore, the adsorption process is strongly related to the adsorbent surface. The Langmuir constant $W_s$ tends to decrease for Lig or increase for Lig800 with increasing temperatures. These results are in agreement with the adsorption isotherm data. When the value of $1/n$ ranges from 0.1–0.5, the adsorbate is easily adsorbed. However, if $1/n > 2$, adsorp-
tion may not be as efficient. Our results indicated that zinc ions are easily adsorbed on Lig and Lig800.

As mentioned above, the adsorbent surface is a very important factor in the adsorption of zinc ions from aqueous solutions. Therefore, we evaluated the adsorption surface after the adsorption of zinc ions (Fig. 6; the warm and cold colors show high and low concentrations, respectively. The sample was crushed to pieces). We could confirm that zinc ions existed on the adsorbent surface after adsorption.

**Thermodynamic Parameters** Thermodynamic parameters for the adsorption of zinc ions on the lignin sorbent at different temperatures were calculated using the following equations:

\[ \Delta G = -RT \ln K \]  
\[ \Delta G = \Delta H - T \Delta S \]  
\[ \ln K = \Delta S/R - \Delta H/RT \]  

where \( R (8.134 \text{ J/mol} \cdot \text{K}) \) is the gas constant, \( T \) (K) is the absolute temperature, and \( K \) is the standard thermodynamic equilibrium constant defined as \( q/C_e \). In the plot of \( \ln K \) versus \( 1/T \), \( \Delta H \) and \( \Delta S \) can be estimated from the slopes and intercept, respectively. Using the \( K \) values determined from the adsorption isotherms, the corresponding adsorption values of \( \Delta G \) can

| Table 2. Comparison of the Zinc Ion Adsorption Capacities of the Various Adsorbent Samples | Adsorption capability (mg/g) | References |
|-----------------------------------------------|-----------------------------|------------|
| Lignin                                        | 11.18                       | 1          |
| Modified lignin                               | 73.2                        | 13         |
| Amino-functionalized Fe₃O₄@SiO₂ magnetic nano-adsorbent | 169.5                      | 8          |
| Activated carbon from bagasse                 | 31.11                       | 7          |
| Cashew nut shell                              | 24.98                       | 9          |
| Lignocellulosic substrate                     | 16.02                       | 10         |
| Bagasse fly ash                               | 7.03                        | 11         |
| Cork biomass                                  | 6.80                        | 12         |
| Chitin/lignin adsorbent                       | 82.41                       | 6          |
| Kraf lignin                                   | 1.77                        | 14         |
| Lig                                           | 18.8                        | This study |
| Lig800                                        | 37.3                        | This study |

| Table 3. Langmuir and Freundlich Constants for Adsorption of Zinc Ion onto Ligs |
|-----------------------------------------------|-----------------------------|-------------|
| Sample | Langmuir constants | Freundlich constants | |
|        |                   | \( W_s \) (mg/g) | \( a \) (L/mg) | \( r \) | \( \log K \) | \( 1/n \) | \( r \) |
| Lig    | 10°C              | 30.5                | 0.04         | 0.810  | 0.1           | 0.7 | 0.859 |
|        | 25°C              | 18.8                | 1.2          | 0.990  | 1.0           | 0.2 | 0.834 |
|        | 50°C              | 10.9                | 0.7          | 0.990  | 0.6           | 0.3 | 0.758 |
| Lig800 | 10°C              | 35.7                | 5.4          | 1.000  | 1.3           | 0.2 | 0.677 |
|        | 25°C              | 40.8                | 9.1          | 1.000  | 1.4           | 0.2 | 0.549 |
|        | 50°C              | 56.8                | 1.1          | 0.997  | 1.4           | 0.3 | 0.607 |

The values of \( W_s \) and \( a \) were obtained from the Langmuir equation, and those of \( \log K \) and \( 1/n \) were obtained from the Freundlich equation. The \( W_s \) and \( a \) are the maximum adsorption capacity (mg/g) and the equilibrium adsorption constant (L/mg), respectively. In addition, \( K \) is a constant indicative of the relative adsorption capacity of the adsorbent, and \( n \) is a constant indicative of the intensity of the adsorption and varies with surface heterogeneity.
be determined at different experimental temperatures.  

Table 4 shows thermodynamic parameters for adsorption of zinc ions on the adsorbent. The negative value of $\Delta G$ (except for Lig at 283 K) indicates the spontaneous nature and feasibility of the zinc ion adsorption. $\Delta S$ describes the randomness in the interactions between the adsorbent and adsorbate. The negative value of $\Delta S$ indicates that the randomness of the adsorption systems decreases at the solid–solution interface. Generally, the magnitude of $\Delta H$ for absolute physical adsorption is less than 20 kJ/mol, whereas for chemisorption, $\Delta H = 80–200$ kJ/mol. In this study, the enthalpies implied by the temperature dependence ranged from -52.9–3.3 kJ/mol, suggesting that the adsorption of zinc ions onto Lig and Lig800 should be characterized as partly physical and chemical adsorption, but dominated by the former, because the enthalpy change is less than 20 kJ/mol.

Lignin (Lig) and calcined lignin at 200–1000 °C (Lig200, Lig400, Lig600, Lig800, and Lig1000) were prepared and their characteristics were investigated. The SEM image of Lig did not change with calcination treatment. Specific surface area and pore volume of Lig increased with calcination treatment, and those of Lig800 was the highest compared to other adsorbents. Lig, Lig200, and Lig400 have functional groups such as -OH and -COOH groups. However, these functional groups were lost after calcination treatment over 600 °C. These results suggest that calcination treatment affected the characteristics of lignin. Next, the adsorption capability of zinc ion was evaluated, and the amount adsorbed on Lig800 was the highest compared to other adsorbents. The amount adsorbed was related to ion-exchange with protons released from functional groups or mesopore volume for Lig calcined under the 400 °C or over the 600 °C, respectively, which suggests that adsorption mechanism was changed by calcination treatment. The amounts of zinc ions adsorbed using Lig or Lig800 decreased or increased with increasing temperatures. In addition, adsorption isotherms were better fitted to the Langmuir equation (correlation coefficient: 0.810–1.000) compared to the Freundlich equation (correlation coefficient: 0.549–0.859). Finally, the decrease in $\Delta G$ with temperature revealed that zinc ion adsorption onto lignin became more favorable at higher temperatures. Taken together, the results obtained in this study illustrate that calcined lignin has potential for zinc ion removal from aqueous solutions.

**Acknowledgments** MEXT (Ministry of Education, Culture, Sports, Science and Technology)-supported Program for the Strategic Research Foundation at Private Universities, 2014-2018 (S1411037).
Conflict of interest  The authors declare no conflict of interest.

REFERENCES

1) Ahmad A, Rafatullah M, Sulaiman O, Ibrahim MH, Chii YY, Siddique BM. Removal of Cu(II) and Pb(II) ions from aqueous solutions by adsorption on sawdust of Meranti wood. Desalination, 247, 636–646 (2009).

2) Senthil Kumar P. Adsorption of Zn(II) ions from aqueous environment by surface modified Strychnos potatorum seeds, a low cost adsorbent. Pol. J. Chem. Tech., 15(3), 35–41 (2013).

3) Chaukura N, Gwenzi W, Mupati N, Ruziva DT, Chimuka C. Comparative adsorption of Zn²⁺ from aqueous solution using hydroxylated and sulphonated biochars derived from plup and paper sludge. Water Air Soil Poll., 228, 7, 1–12 (2017).

4) Zwain HM, Vakili M, Dahtlan I. Waste material adsorbents for zinc removal from wastewater: A comprehensive review. Int. J. Chem. Eng., 2014, 1–13 (2014).

5) Bartczak P, Klapiszewski Ł, Wysokowski M, Majchrzak I, Czernicka W, Piasecki A, Ehrlich H, Jesionowski T. Treatment of model solutions and wastewater containing selected hazardous metal ions using a chitin/lignin hybrid material as an effective sorbent. J. Environ. Manag., 204, 300–310 (2017).

6) Volesky B. Sorption and biosorption. BV-Sorbex, Inc. St. Lambert(Montreal), Quebec, Canada, (2003).

7) Guo X, Zhang S, Shan XQ. Adsorption of metal ions on lignin. J Hazard. Mater., 151, 134–142 (2008).

8) Benguella B, Benaisa H. Cadmium removal from aqueous solutions by chitin: kinetic and equilibrium studies. Water Res., 36, 2463–2474 (2002).

9) Schleuter D, Günther A, Paasch S, Ehrlich H, Kljajić Z, Hanke T, Bernhard G, Brunner E. Chitin-based renewable materials from marine sponges for uranium adsorption. Carbohydr. Pol., 92, 712–718 (2013).

10) Wysokowski M, Klapiszewski Ł, Moszyński D, Bartczak P, Szatkowski T, Majchrzak I, Siwińska-Stefańska K, Bazhenov VV, Jesionowski T. Modification of chitin with kraft lignin and development of new biosorbents for removal of cadmium(II) and nickel(II) ions. Marine Drugs, 12, 2245–2268 (2014).

11) Sarkanen KV, Ludwig CH. Lignins: Occurrence, formation, structure and reactions. Vol. 10, Wiley-Interscience, New York, pp. 228–230 (1971).

12) Ogata F, Imai D, Kawasaki N. Cationic dye removal from aqueous solution by waste biomass produced from calcination treatment of rice bran. J. Environ. Eng. Sci., 3, 1476–1485 (2015).

13) Ibarra D, del Río JC, Gutiérrez A, Rodríguez IM, Romero J, Martínez MJ, Martinez AT. Chemical characterization of residual lignins from eucalyptus paper pulps. J. Analyst. App. Pyrol., 74, 116–122 (2005).

14) Téjado A, Pen C, Labidi J, Echeverría JM, Mondragon I. Physico-chemical characterization of lignins from different sources for use in phenol-formaldehyde resin synthesis. Bioresour. Tech., 98, 1655–1663 (2007).

15) Lin SY, Dence CW. General structure features of lignins. Methods in lignin chemistry, Springer, Berlin, pp. 1–17 (1992).

16) Souza C, Majuste D, Dantas MSS, Ciminelli VST. Effect of zinc ion on copper precipitation and adsorption on activated carbon. Hydrometallurgy, 176, 78–86 (2018).

17) Bao S, Tang L, Li K, Ning P, Peng J, Guo H, Zhu T, Liu Y. Highly selective removal of Zn(II) ion from hot-dip galvanizing pickling waste with amino-functionalized Fe₃O₄@SiO₂ magnetic nano-adsorbent. J. Colloid Interf. Sci., 462, 235–242 (2016).

18) Mohan D, Singh KP. Single-and multi-component adsorption of cadmium and zinc using activated carbon derived from bagasse – an agricultural waste. Water Res., 36, 2304–2318 (2002).

19) SenthilKumar P, Ramalingam S, Abbínaya RV, Kiruphadevi T, Sivanesan S. Adsorption equilibrium, thermodynamics, kinetics, mechanism and process design of Zinc(II) ions onto cashew nut shell. Canadian J. Chem. Eng., 90, 973–982 (2012).

20) Dupont L, Bouanda J, Dumonceau J, Aplincourt M. Biosorption of Cu(II) and Zn(II) onto a lignocellulosic substrate extracted from wheat bran. Environ. Chem. Lett., 2, 165–168 (2005).

21) Srivastava VC, Mall ID, Mishra JM. Modelling individual and competitive adsorption onto cadmium(II) and zinc(II) metal ions from aqueous solution onto bagasse fly ash. Sep. Sci. Tech., 41(12), 2085–2710 (2006).

22) Chubar N, Carvalho JR, Joana Neiva Correia M. Cork biomass as biosorbent for Cu(II), Zn(II), Ni(II). Colloids Surf. A: Physicochem. Eng. Asp., 230, 57–65 (2003).

23) Srivastava SK, Singh AK, Sharma A. Studies on the uptake of lead and zinc by lignin obtained from black liquor – a paper industry waste material. Environ. Tech., 15(4), 353–361 (1994).

24) Šćiban MB, Klašnja MT, Antov MG. Study of the biosorption of different heavy metal ions onto Kraft lignin. Ecol. Eng., 37, 2092–2095 (2011).

25) Ogata F, Nakamura T, Ueta E, Nagashashi E, Kobayashi Y. Adsorption of tungsten ion with a novel Fe–Mg type hydrotalcite prepared at different Mg²⁺/Fe³⁺ ratios. J. Environ. Chem. Eng., 5, 3083–3090 (2017).

26) Ogata F, Imai D, Kawasaki N. Adsorption of nitrate and nitrite ions onto carbonate material produced from soybean in a binary solution system. J. Environ. Chem. Eng., 3, 155–161 (2015).

27) Abe I, Hayashi K, Kitagawa M. Studies on the adsorption of surfactants on activated carbons. Yakugaku, 25, 145–150 (1976).

28) Varlikli C, Bekiari V, Kus M, Boduroğlu N, Oner I, Lianos P, Lyberatos G, Icli S. Adsorption of dyes on Sahara Desert sand. J. Hazard. Mater., 170(1), 27–34 (2009).

29) Arshadi M, Faraji AR, Mehravar M. Dye removal from aqueous solution by cobalt-nano particles decorated aluminum silicate: kinetic, thermodynamic and mechanism studies. J. Colloid Interf. Sci., 440, 91–101 (2015).

30) Gu B, Schmitt J, Chen Z, Liang L, McCarthy JF. Adsorption and desorption of natural organic matter on iron oxide: mechanisms and models. Environ. Sci. Tech., 28(1), 38–46 (1994).

31) Li Q, Yue QY, Su Y, Gao BY, Sun HJ. Equilibrium, thermodynamics and process design to minimize adsorbent amount for the adsorption of acid dyes onto cationic polymer-loaded bentonite. Chem. Eng. J., 158(3), 489–497 (2010).